Removal efficiency of methylene blue using activated carbon from waste banana stem: Study on pH influence

E Misran*, O Bani, E M Situmeang and A S Purba
Department of Chemical Engineering, Universitas Sumatera Utara, Jl. Almamater Kampus USU, Padang Bulan, Medan 20155, Indonesia
cerni_misran@yahoo.com

Abstract. The effort to remove methylene blue in artificial solution had been conducted using adsorption process. The abundant banana stem waste was utilized as activated carbon precursor. This study aimed to analyse the influence of solution pH to removal efficiency of methylene blue using activated carbon from banana stem as adsorbent. Activated carbon from banana stem was obtained by chemical activation using H₃PO₄ solution. Proximate analysis result showed that the activated carbon has 47.22% of fixed carbon. This value exhibited that banana stem was a potential adsorbent precursor. Methylene blue solutions were prepared at initial concentration of 50 ppm. The influence of solution pH was investigated with the use of 0.2 g adsorbent for 100 mL dye solution. The adsorption was conducted using shaker with a constant rate of 100 rpm at room temperature for 90 minutes. The results showed that solution pH influenced the adsorption. The activated carbon from banana stem demonstrated satisfying performance since removal efficiencies of methylene blue were higher than 99%.

1. Introduction
The occurrence of synthetic dyes gives negative effects to aquatic organism and human health when discharge directly to environment. The dyes consist of poisonous and complex components with slow degradation rate. Furthermore, the presence of dyes components affects the undesirable color change in water. The unfavorable impact is not only from esthetics point of view but also from the decline of sun light penetration, thus reducing photosynthetic activity [1, 2].

Dye is used widely in industries such as textile, food, paper and textile. The annual production of synthetic dye is about 70,000 tons with 100,000 types of dye. During the production process, about 15-20% are lost and carried away in wastewater [3]. Methylene blue (C₁₆H₁₈N₃SCl, C. I. No. 52015) is one of cationic dyes that most frequently used in industry [4]. Concerning the quantity and its harmful impacts, it is necessary to make efforts to reduce the dye components before discharging to environment.
The removal of methylene blue from wastewater were reported by using numerous methods such as liquid-liquid extraction, reverse osmosis, advanced oxidation process, electrocoagulation, electrochemical oxidation, ozonation, and membrane filtration. However, adsorption method offers some advantages due to its simple design, high efficiency and low costs with unhazardous byproducts [2, 5].

The utilization of activated carbon obtained from agricultural wastes as adsorbent has stimulated the interest of researchers, because it provides both low cost adsorbent and solve agricultural waste problem altogether.

Banana stem is one of lignocellulose waste and exist abundantly in Indonesia. Banana production in Indonesia increases annually and reached 6.862 ton in 2014 [6]. From the total production, banana stem takes the largest portion of 60%, whereas 30% is fruit and the rest is banana leaf [7]. The composition of cellulose, hemicellulose and lignin in banana stem is 43.3%, 20.6% and 27.8% respectively [8]. At this composition, the utilization of banana stem as the source of activated carbon becomes potential.

In this study, the analysis of removal efficiency of methylene blue was analyzed using activated carbon from banana stem as adsorbent. The activated carbon was prepared by chemical activation with H₃PO₄ solution. The adsorption was conducted in various pH of dye solution in order to investigate the influence of pH on removal efficiency of methylene blue.

2. Experimental Procedure

2.1. Activated Carbon Preparation and Characterizations

The activated carbon from banana stem was prepared with the same method as previously published [9, 10]. The first outer layer and the white middle part of banana stem were omitted from raw material. The sample was cut and washed several times. Afterwards, the sample was dried under sun light for 5 days and followed by oven drying at 105 °C until the constant mass was achieved. The samples were grinded and then sieved to 32 mesh. Sieved samples were impregnated in H₃PO₄ solution at sample to solvent ratio of 1:1 and left overnight. Pyrolysis reactor equipped with nitrogen (N₂) flow was operated at 400 °C for 15 minutes. The produced activated carbon was washed with warm distilled water until solution reached neutral pH and then dried. Proximate analysis was carried out to obtain the moisture content, ash content and volatile matter content.

2.2. Adsorption of Methylene Blue

The adsorption of methylene blue was studied in batch mode. The solution was prepared at initial concentration (C₀) of 50 ppm. At this concentration, the pH of solution was 7 (neutral). The influence of solution pH was investigated in the range of 4-9. The pH was adjusted using 0.1 N HCl and 0.1 N NaOH. The dose of adsorbent was 0.2 g [2] for each 100 mL dye solution. The adsorption processes were conducted using shaker at 100 rpm at room temperature for 90 minutes. The concentration of methylene blue after adsorption (Cₑ) was measured using UV-VIS spectrophotometer in triplicate. Removal efficiency (R) of methylene blue was calculated using Eq. 1.
3. Result and Discussion

3.1. Characteristics of Activated Carbon
Based on proximate analysis, the dried activated carbon had 7.5% moisture, 10.64% ash and of 34.64% volatile matter. The total amount of moisture, ash, volatile matter and fixed carbon content should be 100%. Therefore, the fixed carbon content in the activated carbon was 47.22%.

Based on SNI (Indonesian National Standard) for activated carbon [11], maximum value of moisture, ash and volatile matter content are 5%, 10% and 25% respectively, and minimum value for fixed carbon is 65%. Thus, only moisture and ash content of the activated carbon that met the requirements of SNI. However, previous study reported that proximate analysis of activated carbon from apple pulp was 15.11%, 15.35%, 62.69% and 6.56% respectively for moisture, ash, volatile matter and fixed carbon content. Whereas the value of moisture, ash, volatile matter and fixed carbon content of apple peel activated carbon were 12.27%, 7.43%, 72.89% and 7.40% respectively [12]. Both activated carbons of apple pulp and apple peel were applied to adsorb methylene blue with removal efficiency of up to 94.6%. Therefore, the potency of activated carbon from banana stem would merit further investigation.

3.2. Standard Curve
The measurement of methylene blue concentration in final solution was initiated with searching the maximum wavelength. From UV-VIS spectrophotometer result, it was observed that maximum peak was acquired at 664 nm. Subsequently, methylene blue solutions at various concentrations were prepared and analyzed at 664 nm. The standard curve was obtained by plotting the recorded absorbance from spectrophotometer versus the prepared concentration of solution. The accuracy was excellent with coefficient correlation ($R^2$) of 0.9975 (Fig. 1).

$$R = \frac{C_0 - C_s}{C_0}$$  \hspace{1cm} (1)

Figure 1. Standard Curve for Methylene Blue Solution
3.3. Solution pH Influence on Removal Efficiency

Fig. 2 showed the influence of solution pH on final concentration of methylene blue. After 90 minutes of adsorption process, the concentration of methylene blue in solution decreased dramatically in the range of pH 4-9 (Fig. 2a). Thus, the removal efficiency of methylene blue could be calculated using Eq. 1 and showed excellent results that were higher than 99% (Fig. 2b). This was also confirmed with the change of solution color from dark blue to bright and clear color (Fig. 3). Besides that, the solution pH decreased 1 level after adsorption process.

**Figure 2.** Influence of pH on (a) final concentration of methylene blue and (b) removal efficiency of methylene blue in adsorption process using activated carbon from banana stem

The removal efficiency increased with the increasing pH of solution from 4 to 7, then decreased at pH 8 and 9. Methylene blue is cationic dye that generally demonstrates the positively charged ions when dissolved in water. The increasing of removal efficiency in the range of pH 4 to 7 might be because of the presence of acidic medium. The adsorbent surface may contain positive charge that does not attract the positively charged methylene blue in the solution [13]. As the pH of methylene blue solution increases, the adsorbent surface attains the negative charge that increases the adsorption capacity of activated carbon from banana stem. This is due to the formation of electrostatic interaction between the positively charged methylene blue and the negatively charged activated carbon [2].

**Figure 3.** Color of methylene blue solution (a) before and (b) after adsorption process at pH = 7
Hence, the maximum removal of methylene blue using activated carbon from banana stem in this study was obtained at pH 7. However, the removal efficiency increased slightly with the rise of pH. Previous study reported that the best removal efficiency was also obtained at solution pH 7 for methylene blue adsorption using microwave assisted corncob activated carbon [2]. Whereas use of Ficus carica bast activated carbon showed that maximum methylene blue removal was obtained at pH 7.8 [14]. Both studies showed that adsorption of methylene blue were pH dependent.

In this study, the use of adsorbent dose of 0.2 g showed excellent performance of banana stem as activated carbon precursor in removing methylene blue in 100 mL solution with initial concentration of 50 ppm. The highest methylene blue removal in this study was 99.99%. A former study that used the same adsorbent dose showed almost the same removal efficiency. However, the treated initial concentration of methylene blue was smaller i.e. 25 ppm [2]. The use of 0.5 g Ficus carica bast activated carbon in 100 mL methylene blue solution with initial concentration of 50 ppm gave about 85% removal efficiency [14]. These results showed that banana stem activated carbon is a promising adsorbent that can remove methylene blue effectively.

4. Conclusion
The increase of pH of the solution improved the removal efficiency of methylene blue using adsorbent of banana stem activated carbon. The maximum removal efficiency of 99.94% was achieved at pH 7. Methylene blue concentration dramatically decreased after contacting for 90 minutes with the adsorbent. This was also confirmed by significant color change of solution. Excellent performance was obtained when applying only a little amount of adsorbent mass in this study. Hence, banana stem activated carbon is a promising adsorbent in removing methylene blue.

Acknowledgements
The authors would like to acknowledge Lembaga Penelitian of Universitas Sumatera Utara for the financial support under research grant TALENTA Research of Universitas Sumatera Utara, Fiscal Year of 2017, Contract No. 5338/UN5.1.R/PPM/2017, 22nd May 2017.

References
[1] Spagnoli A A, Giannakoudakis D A and Bashkova S 2017 Adsorption of methylene blue on cashew nut shell based carbons activated with zinc chloride: The role of surface and structural parameters, Journal of Molecular Liquids 229 465–71
[2] Tharaneedhar V, Kumar P S, Saravanan A, Ravikumar C and Jaikumar V 2017 Prediction and interpretation of adsorption parameters for the sequestration of methylene blue dye from aqueous solution using microwave assisted corncob activated carbon Sustainable Materials and Technologies 11 1–11
[3] Duran-Jimenez G, Hernandez-Montoya V, Montes-Moran M A, Bonilla-Petriciolet A and Rangel-Vazquez N A 2014 Adsorption of dyes with different molecular properties on activated carbons prepared from lignocellulosic wastes by Taguchi method Microporous and Mesoporous Materials 19999–107
[4] Fu J, Xu Z, Li Q S, Chen S, An S Q and Zeng Q F 2010 Treatment of simulated wastewater containing Reactive Red 195 by zero-valent iron/activated carbon combined with microwave discharge electrodeless lamp/sodium hypochlorite J. Environ. Sci. 22512–8
[5] Kyzas G Z, Fu J and Matis K A 2013 The change from past to future for adsorbent materials in
treatment of dyeing wastewaters Materials (Basel) 6 5131–58

[6] Direktorat Jenderal Hortikultura Kementerian Pertanian Republik Indonesia (Directorate General of Horticulture Ministry of Agriculture of the Republic of Indonesia) 2015 Horticultural Statistics 2014 Ir. Anastasia Promosiana, M S Jakarta 95

[7] Advena D 2014 Fermentasi batang pisang menggunakan probiotik dan lama inkubasi berbeda terhadap perubahan kandungan kering, protein kasar, dan serat kasar (Banana stem fermentation using probiotics and different incubation times for changes in dry, crude protein, and crude fiber content), Program Studi Peternakan, Fakultas Pertanian (Faculty of Agriculture), Universitas Taman Siswa, Padang

[8] Noeline B F, Manohar D M and Anirudhan T S 2005 Kinetic and equilibrium modelling of lead(II) sorption from water and wastewater by polymerized banana stem in a batch reactor Separation and Puriﬁcation Technology 45 131–40

[9] Misran E, Maulina S, Dina S F, Harahap S A A and Nazar A 2016 Characterizations of activated carbon produced from bagasse and banana stem using H₃PO₄ as activating agent Journal of Engineering and Applied Sciences 12(15) 3839-3842

[10] Misran E, Maulina S, Dina S F, Harahap S A A and Nazar A 2017 Activated carbon production from bagasse and banana stem at various times of carbonization TALENTA CEST (Conference on Engineering, Science and Technology) 2017 Medan – Indonesia September, 7-8 (Accepted).

[11] Badan Standarisasi Nasional National Standardization Agency of Indonesia 1995 Karbon aktif (Activated Carbon): SNI No. 06–3730–1995 Jakarta

[12] Hesas R H, Arami-Niya A, Wan Daud W M A and Sahu J N 2013 Preparation and characterization of activated carbon from apple waste by microwave-assisted phosphoric acid activation: Application in methylene blue adsorption BioResources 8 2950-66

[13] Peydayesh M and Kelishami A R 2015 Adsorption of methylene blue onto Platanus orientalis leaf powder: Kinetic, equilibrium and thermodynamic studies J. Ind. Eng. Chem. 211014–9

[14] Pathania D, Sharma S and Singh P 2017 Removal of methylene blue by adsorption ontoactivated carbon developed from Ficus carica bast Arabian Journal of Chemistry 10 S1445–51